Emitting properties of $a$-Si:C:H films with a gold submicron grating

S I Pavlov$^1$, S A Dyakov$^2$, A K Samusev$^3$, A V Nashchekin$^1$, E M Tanklevskaya$^1$, N A Feoktistov$^1$, N A Gippius$^1$, S G Tikhodeev$^2$, D Pidgayko$^3$ and A B Pevtsov$^1$

1 Ioffe Institute, Polytecheskaya Str. 26, St. Petersburg, 194021, Russia
2 Skolkovo Inst Sci & Technol, Moscow 143025, Moscow Region, Russia
3 St Petersburg Natl Res Univ Informat Technol Mech, Kronverkskiy 49, St Petersburg 197101, Russia

Pavlov_sergey@mail.ioffe.ru

Abstract. In this study reflection and photoluminescence spectra of $a$-Si:C:H thin film with gold grating on it was examined theoretically and experimentally. The hydrogenated amorphous silicon-carbon alloy films were fabricated by the PECVD technique. Arrays of gold stripes with different gold width were created by lift-off e-beam lithography. Reflection, and PL spectra has been measured by a Fourier imaging spectroscopy. The theoretical calculations are in a good agreement with experimental results. From the PL spectra it follows, that the TE polarization gives sharper and more efficient PL signal than the TM polarization, and PL efficiency almost does not depend on gold stripes widths. It was shown that only in TE modes the PL outcouples from the gratings owing to the fact that there is no plasmon’s affect in this polarization.

1. Introduction

Surface nanostructuring for material optical properties tailoring is of great interest for different applications in photonics and optoelectronics. The effect of metallic nanostructures on the luminescent characteristics of emitters has been observed in a variety of different molecules and quantum dots [1-3].

In developing new photonic devices, it is necessary to take into account that they should be embedded into existing technological processes. One of the promising materials from this point of view is hydrogenated amorphous silicon carbide ($a$-Si$_{1-x}$C$_x$:H) that can be obtained by the plasma-enhanced chemical vapour deposition (PECVD). Thin films of such material exhibit a high-intensity photoluminescence (PL) in the visible spectral range at room temperature. In addition, in $a$-Si$_{1-x}$C$_x$:H films the energy gap can be varied in a wide range from 1.8 to 3.6 eV by changing the content of carbon. Consequently, the spectral position of the PL peak changes within the range from 2 to 3 eV [4], with the refractive index varying within the range from 2 to 3 [5].

In [6] strong increasing/decreasing PL intensity in the $a$-Si$_{1-x}$C$_x$:H based 1D-photonic crystals related to the change in the photonic local density of states via engineering of the dielectric environment is demonstrated. In [7] the effect of surface plasmon-polaritons, localized surface plasmons and quasiguided modes on modification of silicon nanocrystals photoluminescence in presence of gold nanostripes is studied.

In this paper we present technological, experimental and theoretical studies of reflectivity and PL spectra of the $a$-Si:C:H films with different gold stripe widths grating.
2. Methods

2.1. Sample preparation

The sketch of the sample is shown in figure 1. The samples were deposited on fused quartz substrates and consist of a-Si:C:H films between the ITO layers. The a-Si:C:H films were fabricated by the PECVD technique in a capacitive reactor at various relative flows of silane (SiH₄) and methane (CH₄). The optical thickness of the layers was monitored in situ by the laser beam’s interference patterns.

Arrays of gold stripes were created by lift-off e-beam lithography as follows. 300 nm thick positive e-beam resist PMMA 950K (Allresist, Gmbh) was spin-coated on the substrate and electron beam lithography was carried out using SEM JSM 7001f (JEOL, Japan) equipped with EBL-system ‘Nanomaker’ (Interface Ltd, Russia). After developing of the e-beam pattern, 40 nm gold were deposited by thermal evaporation and lift-off process is performed forming gold stripes on ITO which is known to be adhesive layer for gold.

2.2. Measurements

Reflection, and photoluminescence spectra has been measured using a Fourier imaging spectroscopy setup. The dispersion of refractive index n was determined by the method of spectral ellipsometry on an M-2000 instrument manufactured by J.A. Woollam Co., Inc. Measurements were made on single a-Si:C:H film with the thickness of 400 nm. The value of absorption k in the spectral range 500–1100 nm that is important for the study is relatively weak.

2.3. Calculations

The reflection and PL spectra of the spatially-periodic structures were calculated using the Fourier modal method in the scattering matrix form [8]. In this method, the solutions of Maxwell’s equations for each layer are found by expansion of the electric and magnetic fields into Floquet-Fourier modes (plane waves). The exact solution can be presented as an infinite series over these modes.

3. Results

The experimental reflection and PL spectra as well as theoretical calculations of the sample with gold stripes width 150 nm are shown in figure 2. Reflection spectra are measured with use of unpolarized light, so both TE and TM modes are visible. In the calculated reflection spectrum, features attributed to separate TE and TM modes are marked.

One can see good agreement between theoretical calculations and experimental results unless minor difference that can be attributed to deviation of real samples parameters from that used in calculation. Value for n used in calculation was obtained from measurements of separate sufficiently thick sample (see 2.2). In addition the refractive index of a-Siₙ₋ₓCₓ:H strongly depends on carbon content and may differ from the reference sample.

As the width of gold stripes changes TE modes are less shifting compared to TM modes. This phenomenon can be explained by the fact that TE-polarized light does not excite surface plasmons, and, hence, does not interact with grating.
From the PL spectra it follows, that the TE polarization gives sharper and more efficient PL signal than the TM polarization. PL efficiency almost the same for different gold stripes widths, decreasing only due to less area covered by gold.

Fig. 2. Experimental (a, c) and theoretical (b, d) reflection and PL spectra. In (b) red dashed line and green dotted line highlight TM and TE mode features respectively.

4. Conclusions

In this study the reflection and photoluminescence spectra of $a$-Si:C:H thin film with metallic grating on it were examined theoretically and experimentally. We show that only in TE modes the PL outcouples from the gratings owing to the fact that there is no plasmon’s affect in this polarization.

Acknowledgments

This work was partially supported by the Presidium of RAS (Program I.7 "Modern problems of photonics, the probing of inhomogeneous media and materials"). EBL has been carried out in the Joint Research Center ‘Materials science and characterization in advanced technology’ with financial support by Ministry of Education and Science of the Russian Federation (Agreement 14.621.21.0013, 28.18.2017, id RFMEFI62117X0018).

References

[1] Guzatov D V, Vaschenko S V, Stankevich V V, Lunevich A Ya, Glukhov Y F and Gaponenko S V 2012 Plasmonic enhancement of molecular fluorescence near silver nanoparticles: theory, modeling, and experiment J. Phys. Chem. C 116 10723–33
[2] Dyakov S A et al 2016 Optical properties of silicon nanocrystals covered by periodic array of gold nanowires. Phys. Rev. B 93 205413
[3] Inoue A, Fujii M, Sugimoto H and Imakita K 2015 Surface plasmon-enhanced luminescence of silicon quantum dots in gold nanoparticle composites J. Phys. Chem. C 119 25108–13
[4] Ma T, Xu J, Du J, Li W, Huang X and Chen K 2000 Full color light emission from amorphous SiC$_x$:H with organic–inorganic structures J. Appl. Phys. 88 6408
[5] Summonte C, Rizzoli R, Bianconi M, Desalvo A, Iencinella D and Giorgis F 2004 Wide band-gap silicon-carbon alloys deposited by very high frequency plasma enhanced chemical vapor deposition J. Appl. Phys. 96 3987
[6] Rybin M V, Zherzdev A V, Feoktistov N A and Pevtsov A B 2017 Effect of photonic crystal stopband on photoluminescence of a-Si$_{1-x}$C$_x$:H Phys. Rev. B 95 165118
[7] Dyakov S A et al 2018 Plasmon induced modification of silicon nanocrystals photoluminescence in presence of gold nanostripes Scientific Reports 8 4911
[8] Tikhodeev S G, Yablonskii A L, Muljarov E A, Gippius N A and Ishihara T 2002. Quasiguided modes and optical properties of photonic crystal slabs Phys. Rev. B 66 045102